In situ ATR-FTIR study of H2O and D2O adsorption on TiO2 under UV irradiation


Published in:
Physical Chemistry Chemical Physics (PCCP)

Document Version:
Publisher's PDF, also known as Version of record

Queen's University Belfast - Research Portal:
Link to publication record in Queen's University Belfast Research Portal

Publisher rights
Copyright the authors 2015.
This is an open access Creative Commons Attribution-NonCommercial License (https://creativecommons.org/licenses/by-nc/3.0/), which permits use, distribution and reproduction for non-commercial purposes, provided the author and source are cited.

General rights
Copyright for the publications made accessible via the Queen's University Belfast Research Portal is retained by the author(s) and / or other copyright owners and it is a condition of accessing these publications that users recognise and abide by the legal requirements associated with these rights.

Take down policy
The Research Portal is Queen's institutional repository that provides access to Queen's research output. Every effort has been made to ensure that content in the Research Portal does not infringe any person's rights, or applicable UK laws. If you discover content in the Research Portal that you believe breaches copyright or violates any law, please contact openaccess@qub.ac.uk.

Download date: 26. Mar. 2019
1. Introduction

Photocatalytic reactions at the surface of titanium dioxide (TiO₂) have been attracting much attention, in view of their practical applications including environmental aspects such as water purification, self-cleaning and antifogging.¹,² UV(A) irradiation of the TiO₂ surface induces photocatalytic reactions and photoinduced hydrophilicity.³ In general, electrons and holes generated after the band gap excitation can respectively, reduce and oxidize electron acceptor and electron donor species which are already adsorbed on the TiO₂ surface. The importance of the photogenerated active oxygen species, such as hydroxyl radicals (·OH), superoxide radicals (O₂⁻) and hydrogen peroxide (H₂O₂) in photocatalytic applications has been extensively studied.⁴,⁵ The mechanism of hydroxyl radical formation has been suggested as a result of the oxidation of water,⁶ while hydrogen peroxide can be formed by both reduction and oxidation processes, such as dimerization of hydroxyl radicals, as well as disproportionation and reduction of superoxide radical anions.⁷ On the other hand, the photoinduced hydrophilicity is reported as a result of increasing the number of hydroxyl groups on the TiO₂ surface upon irradiation.⁸ During these processes, the surface OH groups on the TiO₂ surface have been assumed to play important roles in both photocatalytic reactions and photoinduced hydrophilicity.⁹ Adsorbed species such as water and molecular oxygen, however, are expected to affect the hydroxyl group behaviour on the TiO₂ surface,⁹ but their influences have to date not yet been clearly determined.

Several mechanisms regarding the interaction of UV(A) light and hydroxyl group formation on TiO₂ have been proposed by different research groups.⁸ One of the proposed mechanisms for the photoinduced hydrophilicity is based on the formation of oxygen vacancies and the reconstruction of Ti–OH bonds caused by the photogenerated electron–hole pairs.⁷,¹⁰ Another mechanism has been suggested to involve the photocatalytic removal of organic contaminants from the surface.¹¹ Hashimoto and co-workers have followed the idea of photogenerated surface OH groups as the mechanism for the hydrophilic conversion.¹²,¹³ Another mechanism was proposed by Yates et al., who demonstrated that only under UV light illumination the decomposition of organic contaminants can take place leading to the creation of superhydrophilic surfaces.¹¹ In other studies, Munuera et al. and Anpo et al. have reported that H₂O desorbs from the TiO₂ surface during UV light irradiation, i.e., photodesorption of H₂O, due to the heating effect of the light source.¹⁴,¹⁵ Recently, special attention has been focused on the particle network before and after irradiation and how it changes during illumination.¹⁶,¹⁷ Wang et al. reported that the metal oxide nanoparticles tend to form 3D networks via a self-aggregation mechanism when suspended in aqueous solution.¹⁶ Some investigations indicated that UV light activation of TiO₂ leads to an increase in the surface area due to de-aggregation of particles agglomerates which in turn enhances the photonic efficiency.¹⁷,¹⁸ The behaviours of the water adsorption and the associated hydroxyl groups during...
irradiation are, however, still not well understood. The relative roles of the active oxygen and the hydroxyl groups for the photocatalytic process and for the photoinduced hydrophilicity, which have been under debate for a long time, still need to be investigated in detail. From this point of view, one of the most important issues of the current investigations concerning photocatalytic reactions and photoinduced hydrophilicity is to understand the fundamental process of water adsorption and the source of hydroxyl groups formed on the TiO$_2$ surface under UV irradiation.

Herein, a detailed investigation of the H$_2$O and/or D$_2$O adsorption on the TiO$_2$ surface is reported using Attenuated Total Reflection Fourier Transformed Infrared spectroscopy (ATR-FTIR). Qualitative and quantitative evaluations of the D$_2$O effect and the isotopic exchange on the TiO$_2$ surface are presented. This work focuses on the analysis of the behaviours of OH and OD stretching groups before and after UV irradiation considering the role of molecular oxygen to provide new insights into the mechanism of photoinduced hydrophilicity during UV illumination.

2. Experimental

2.1 Materials

The photocatalyst, titanium dioxide PC-500 (Cristal Global) consisted of 100% pure anatase with a specific BET-surface area of 340 m$^2$ g$^{-1}$ and a primary particle size of 5–10 nm. Deuterium oxide (D$_2$O) (99.9 atom% D) was purchased from Sigma-Aldrich. Deionized water (H$_2$O) was supplied from a Millipore Mill-Q system with a resistivity equal to 18.2 Ω cm at 25 °C.

2.2 ATR-FTIR spectroscopic measurements

2.2.1 Preparation of TiO$_2$ films on the ATR-FTIR crystal. An aqueous suspension of TiO$_2$ at a concentration of 5.75 g l$^{-1}$ was initially prepared and sonicated for 15 min in an ultrasonic cleaning bath. An aliquot of 400 μL of the TiO$_2$ suspension was placed on the surface of the ZnSe ATR crystal. This small volume was simply spread by balancing the unit manually. The suspension was then directly allowed to evaporate to dryness by storing the crystal in a semi-opened desiccator at room temperature. Prior to deposition of the TiO$_2$ films, the ZnSe surface (area = 6.8 mm × 72 mm) was cleaned by polishing with 1 mm diamond paste (Metadi II, polishing grade) and rinsed with methanol and deionized water. The coverage of the final dry layer of particles obtained was 2.3 g m$^{-2}$ and the layer appeared homogeneous under visual inspection. In the original preparation by Hug et al., AFM measurements of layers with coverage of 2.3 g m$^{-2}$ yielded a thickness of 1–3 μm. The final resulting layers of particles remained stable over the entire course of the experiment. Thus, it can be assumed that the effective path lengths at all wavelengths remained unchanged.

2.2.2 ATR-FTIR measurements. The ATR-FTIR spectra of the TiO$_2$ samples were monitored by a FTIR spectrometer (IFS 66 BRUKER) equipped with an internal reflection element 45° ZnSe crystal and a deuterated triglycerine sulfate (DTGS) detector. The interferometer and the infrared light path in the spectrometer were constantly purged with Argon to avoid H$_2$O and CO$_2$ contamination. The spectra were recorded with 350 scans at 4 cm$^{-1}$ resolution and analysed using OPUS version 6.5 software. The background was subtracted and baseline correction was made in order to eliminate minor fluctuations due to instrumental instability. Irradiation of samples with UV(A) light was carried out using an LED lamp (Model LED-Driver, THORLABS) emitting UV light (365 nm). The distance from the UV lamp to the surface of the test solution was kept at 30 cm on which the intensity of UV(A) light was of 1.0 mW cm$^{-2}$ as measured by an UV radiometer (Dr Hönle GmbH, Martinsried, Germany). Prior to starting the irradiation experiments, spectra of adsorption of H$_2$O and D$_2$O on the TiO$_2$ were monitored in the dark. When the last spectrum of each experiment had been recorded, the UV(A) lamp was turned on and another sequence of spectra was recorded. These two groups of spectra were considered as the blank reference spectra in the dark and under UV(A) illumination, respectively.

3. Results

Fig. 1a shows the time evolution of the spectra of adsorbed H$_2$O and D$_2$O on TiO$_2$ in the dark. The signal of the adsorbed water on TiO$_2$ with maxima at 3362, 3216, and 1638 cm$^{-1}$ can be clearly seen. As is well known, the adsorption of H$_2$O is represented by strong IR absorbances of O–H stretching in the region between 3200 and 3550 cm$^{-1}$ and δ (H–O–H) bending at 1638 cm$^{-1}$ which is assigned to undissociated water molecules. When D$_2$O was used instead of H$_2$O, the results showed that all bands of adsorbed water on TiO$_2$ surface were shifted to lower frequency with exchanging H for D. Additionally, an increase in the intensities of OH and OD stretching has been observed by increasing the adsorption time in the dark, which can be explained by increased adsorption of water molecules as well as deuterium oxide on the TiO$_2$ surface until attaining an equilibrium.

It can be clearly seen from Fig. 1b that subsequent illumination with UV(A) light in the presence of O$_2$ results in the formation of a shoulder in the FTIR spectrum of the adsorbed H$_2$O at 3483 cm$^{-1}$ as well as an increase in the bands at 2480 cm$^{-1}$ in the case of D$_2$O (Fig. 1b). The shoulder formed around 3483 cm$^{-1}$ can be attributed to a photocatalytically generated hydroperoxide. This was confirmed by recording the spectrum of H$_2$O$_2$ added to the water–TiO$_2$ system in the dark in which a similar band (at 3483 cm$^{-1}$) has been detected (Fig. S1, in ESI†). Furthermore, no formation of such band around 3483 cm$^{-1}$ was observed in the absence of O$_2$ (Fig. S2, in ESI†).

Fig. 2 shows the spectra of D$_2$O–H$_2$O mixtures adsorbed on TiO$_2$ in the dark. It is obvious from these spectra that the intensity of the band in the OH-stretching region decreased gradually with increasing dosage of D$_2$O. Interestingly, the peak of the isotopologue HDO bending band centred at 1450 cm$^{-1}$ was formed and increased by increasing the concentration of H$_2$O in D$_2$O until it approached equimolar proportions (Fig. 2 insert).
This peak then decreased again with further increases in the amounts of H$_2$O in D$_2$O. The mixture of H$_2$O and D$_2$O reacted and equilibrated via transfer by self-dissociation and recombination to form HDO.$^{21}$

$$\text{H}_2\text{O} + \text{D}_2\text{O} \rightleftharpoons 2\text{HDO}$$  \hfill (1)

The equilibrium constant $K$ of this reaction is given by

$$K = \frac{[\text{HOD}]^2}{[\text{H}_2\text{O}][\text{D}_2\text{O}]} \quad K_{\text{eq}} = 3.86 \text{ at } 25 ^\circ \text{C}$$  \hfill (2)

To investigate the effect of D$_2$O on the hydroxyl group behaviour during UV irradiation, a series of experiments for water adsorption with different ratios of D$_2$O were performed under irradiation in the presence of oxygen. Fig. 3 shows the time evolution of the intensities of the integrated spectral areas of OH and OD stretching groups that are formed on the surface of TiO$_2$ before and after UV irradiation. As can be clearly seen, in the dark, at low concentrations of H$_2$O (H$_2$O% < D$_2$O%), a strong decrease in the amount of OH stretching was observed especially in the first hour. Simultaneously, the amount of OD stretching groups adsorbed on TiO$_2$ increased during this period until the system reached equilibrium. In contrast, at higher concentrations of H$_2$O (H$_2$O% > D$_2$O%), both OH and OD stretching bands increased. Interestingly, at an equimolar mixture of 50% H$_2$O and D$_2$O, a decrease in intensity of OH stretching with a simultaneous increase in the OD stretching could be observed in the dark. From these results we suggest that the deuteride ion in the dark shows a stronger adsorption ability than hydroxyl ions at the surface of TiO$_2$. Thus, the deuteride ions could lead to isotopic exchange by replacing hydroxyl groups adsorbed on the TiO$_2$ surface (reaction 3):

$$\text{Ti} + \text{OH} + \text{OD}^{-} \rightarrow \text{Ti} + \text{OD} + \text{OH}^{-}$$  \hfill (3)

It is worth noting that the time required to reach equilibrium for all experiments was nearly constant, i.e., it took almost 3 hours to approach isotopic exchange equilibrium. Furthermore, this evaluation of OD groups could be associated with the better exchange of the isolated Ti–OH species on TiO$_2$ at higher concentrations than at lower concentrations of D$_2$O. Interestingly, upon UV(A) irradiation, an increase in the intensity of the OH stretching could be observed almost immediately as well as an increasing intensity of the OD stretching band, i.e., Fig. S3 (see ESI†). These results, however, can be largely attributed to either an increase of the amount of OH and OD groups by the formation of new OH and OD groups on the surface or by increasing the amount of H$_2$O and D$_2$O molecules chemisorbed on the TiO$_2$ surface.

To determine the effect of molecular oxygen on the behaviour of the H$_2$O and D$_2$O adsorption on the TiO$_2$ surface, the solution was saturated and constantly purged with different types of gases, i.e., oxygen, nitrogen, and argon during the ATR-FTIR measurements. As shown in Fig. 4, the integrated intensity of the OH and OD stretching groups increased significantly upon illumination in the presence of molecular O$_2$. By contrast, when the sample was purged with nitrogen or argon, no increase in the OH and/or OD stretching group was observed. A similar isotopic exchange behaviour, however, was observed during the dark period.

The time evolution of the intensity of the integrated spectral areas of the OH and OD stretching groups before and after UV irradiation at prolonged time periods are shown in Fig. 5. Again as described above under dark conditions, the isotopic exchanges inevitably took place on the TiO$_2$ surface. When the system was subsequently stored again in the dark (after the UV illumination was turned off), however, no more isotopic
exchange behaviour was detected and the amount of OH and OD groups remained steady during this period. Additionally, when the system was illuminated again, the amount of OH and OD groups immediately increased.

4. Discussion

When the TiO₂ surface was illuminated with UV light, electron and hole pairs were generated, and they, respectively, reduced and oxidized adsorbates on the surface. As can be seen from the ATR-FTIR spectra (Fig. 1b), a clear shoulder appears at 3483 cm⁻¹ upon irradiation of the system by UV(A) in the presence of molecular oxygen (O₂). This peak can most likely be assigned to a Ti–OOH vibration as has been confirmed from the spectrum of H₂O₂ added to the water–TiO₂ system in the dark in which a similar band (at 3483 cm⁻¹) has been detected as shown in Fig. S1 (see ESI†). The formation of this adsorbed
hydroperoxide species only in the presence of $\text{O}_3$ can be considered as evidence that it is resulting from the reduction of molecular oxygen adsorbed at the TiO$_2$ surface by the photogenerated electrons rather than from the oxidation of water by the holes. These results are in agreement with Nakamura et al., who revealed and assigned O–O stretching of a surface peroxo species to identify Ti–OOH as a primary intermediate from the O$_2$ photoreduction. Robertson et al., however, reported that the formation of hydroxyl radicals for the photocatalytic process could be preferable through the water oxidation at the valence band rather than through the oxygen reduction at the conduction band. Based on the identification of these intermediates, a mechanism for the photocatalytic formation of hydroperoxide has previously been proposed (Scheme 1). In this mechanism, the photogenerated conduction band electrons reduce Ti$^{4+}$ at the surface that adsorbs H$_2$O, then molecular oxygen attacks the photogenerated conduction band electrons rather than from the oxidation of water by the holes. These results are in agreement with Nakamura et al., who revealed and assigned O–O stretching of a surface peroxo species to identify Ti–OOH as a primary intermediate from the O$_2$ photoreduction. Based on the identification of these intermediates, a mechanism for the photocatalytic formation of hydroperoxide has previously been proposed (Scheme 1). In this mechanism, the photogenerated conduction band electrons reduce Ti$^{4+}$ at the surface that adsorbs H$_2$O, then molecular oxygen attacks the adsorbed light energy is converted non-adiabatically into heat which is subsequently used to break the bonds between the particles thus producing additional surface area for the photocatalytic process. One of the first ATR-FTIR studies that focused on the adsorption phenomena in aqueous solution was performed by Mendive et al., who combined experimental data and theoretical calculations to demonstrate that the water molecule can fill the space in between the particles which was demonstrated by the increase in the IR band corresponding to the bending mode of water.

We propose that UV irradiation leads to an increase in the amount of adsorbed water by thermal processes with hydrophilicity effects simultaneously taking place on the TiO$_2$ surface. Moreover, as shown in Fig. 4, the results clearly indicate that the presence of O$_2$ is necessary to enhance the photoadsorption of H$_2$O and D$_2$O on TiO$_2$ surfaces during UV(A) irradiation. This confirms that the adsorption of water and D$_2$O to TiO$_2$ surfaces is caused by a photoinduced charge transfer process in the presence of molecular oxygen. Takeuchi et al. proposed a mechanism which revealed that when TiO$_2$ surfaces were irradiated with UV light in the absence of O$_2$, the electrons trapped on the Ti$^{4+}$ sites were not scavenged by O$_2$ and the holes trapped on the TiO$_2$ surface were immediately consumed to oxidize the lattice oxygen, resulting in the formation of oxygen vacancies. Such photoreduced TiO$_2$ surfaces can behave as negatively charged surfaces. Thus, water molecules could hardly adsorb on the photoreduced surfaces due to repulsive effects (Scheme 2). On the other hand, when the TiO$_2$ surfaces are irradiated in the

---

**Scheme 1** Proposed mechanism for the photocatalytic formation of hydroperoxides. (Copyright 2003 American Chemical Society.)
presence of O₂, the surface trapped electrons are scavenged by O₂ and the photoreduced surfaces are immediately oxidized. In this way, the TiO₂ surface is very likely interacting with water molecules due to interaction effects resulting in an increase in the amount of adsorbed water. The results of this investigation indicate that the photoinduced hydrophilic effect is achieved by an increase in the amount of adsorbed H₂O molecules and this phenomenon occurs not only by a thermal process but also by a photoinduced charge transfer process.

5. Conclusions
The behaviour of adsorbed H₂O and D₂O in photocatalytic processes and in photoinduced hydrophilicity on TiO₂ surfaces has been addressed using ATR-FTIR spectroscopy. This study made it possible to investigate adsorption processes at the TiO₂/aqueous solution interface quantitatively and in situ. It was shown that the photocatalytic reduction of O₂ at the anatase surface leads to the formation of hydroperoxyo groups as demonstrated by a FTIR band at 3483 cm⁻¹. Adsorption of H₂O with different ratios of D₂O on TiO₂ revealed that the deuteride ions exhibit stronger adsorption ability than hydroxyl ions resulting in an isotopic exchange reaction which place in the dark. Upon illumination with UV light in the presence of O₂ both OH and OD groups are formed, which in turn increase the hydrophilicity of the TiO₂ surface. In contrast, when the solution was saturated with argon or nitrogen, no formation of OH and OD groups was detected and the hydrophilicity was strongly inhibited. The increase in the amount of OH and OD groups is suggested to be caused by photoadsorption of H₂O and D₂O due to de-aggregation of the pre-existing network of particles rather than by dissociative water and D₂O adsorption at surficial oxygen vacancies. Finally, it is concluded that the role of oxygen during UV irradiation is very crucial for the presence of both the photoinduced hydrophilic as well as the photocatalytic response.

Acknowledgements
Belhadj H. gratefully acknowledges a scholarship from the Deutscher Akademischer Austauschdienst (DAAD) providing the financial support to perform his PhD. studies in Germany. The present study was performed within the Project “Establishment of the Laboratory ‘Photoactive Nanocomposite Materials’” No. 14.Z50.31.0016 supported by a Mega-grant of the Government of the Russian Federation.

References
12 H. Irie and K. Hashimoto, Environmental Photochemistry Part II, 2005, vol. 2M.


